Fournee 
  
A K Shukla 
  
J Ledieu 
  
E Gaudry 
  
D M Wu 
  
T A Lograsso 
  
V Fournée 
  
Jean Lamour 
  
  
  
Quantum size effects in Ag thin films grown on the 5-fold surface of the icosahedral Al-Cu-Fe quasicrystal: influence of the growth temperature

   

Quantum size effects in Ag thin films grown on the fivefold surface of the icosahedral Al-Cu-Fe quasicrystal:

Influence of the growth temperature

Introduction

Nanoscale metallic structures have attracted immense interest due to their novel physical properties which are often different from the corresponding bulk metals. Thin metal films deposited on clean surfaces are examples of nanoscale structures. When the film thickness is smaller than the electron coherence length scale (nanoscale), electrons will preserve their phase information and can therefore no longer be regarded as a continuum or sea of electrons. This may lead to the creation of standing electron waves, or quantum well states (QWS) in thin films due to the confinement of electrons within the film thickness. It has been predicted that the electron density, Fermi energy, work function, charge spilling, and interlayer relaxation oscillate as a function of film thickness. [1][2][3] Since most of the materials properties directly depend on the density of states (DOS) and electron distribution around the Fermi level (E F ), oscillations in these properties will lead to oscillations in almost all other physical properties. Such oscillatory behavior, and other properties that originate from the standing electron waves in thin metal films, are generally referred to as quantum size effects (QSE). Consequences of the QSE have been experimentally observed, for example, as oscillations in the magnitude of electron-phonon coupling, 4 critical temperature of superconductivity 5 and chemical reactivity 6 of thin films as a function of their thickness.

The formation of islands with specific "magic" heights or "critical" thicknesses preferred over others because of their lower total energy 7 is one of the most prominent results of electron confinement in thin films. [8][9][10][12][13][14][15][16][17][18][19] For example, Ag thin films deposited on Fe(100) with specific thicknesses (1, 2, and 5 monolayers) are stable due to their lower total electronic energy, whereas films with other thicknesses rearrange into N±1 monolayer. 8 Impact of QSE on thin film morphology has been observed in many systems like Pb/Si(111), [9][10][11] Sn/Si(111), 14 Pb/graphite, 15 Ag/NiAl(110), 16 Pb/Cu(111) 17,18 and Ag/Si(001) 19 to name a few. It has been also observed on several quasicrystalline systems like Ag/i-Al-Pd-Mn quasicrystal and Bi/i-Al-Pd-Mn, Al-Cu-Fe and, decagonal (d)-Al-Ni-Co quasicrystals. 12,13,20 It has been argued that the total energy minimization due to the position of QWS with respect to E F is responsible for the occurrence of "magic" heights in the deposited film. 17,18 Necessary condition for the formation of QWS is the confinement of electrons within the film thickness. The confining barrier is provided by the surface potential barrier at the vacuum-metal side and by a bandgap in the substrate electronic structure prohibiting the propagation of electronic wave function at the film-substrate interface. Consequently, electronic waves are multiply reflected from the walls of the potential well created by the vacuum/metal and metal/substrate interfaces and form the QWS. [21][22][23] Unlike semiconductors, there is no gap at E F in a metal but gaps can occur along specific symmetry directions and electrons in that particular direction (usually perpendicular to the film) can be confined. Such a gap can be a "relative" gap, a hybridization gap or a symmetry gap. 22,23 Quasicrystals (QC's) are complex metallic alloys exhibiting anomalous properties such as high electrical resistivity, low thermal conductivity, low friction coefficient and low surface energies. 24,[START_REF]Physical properties of quasicrystals[END_REF] An interesting feature of the electronic structure of many i-QC's is the formation of a "pseudogap", i.e. a minimum in the electronic DOS close to E F , due to both structural and sp-d hybridization effects. [26][27][28][29][30][31] Many of the outstanding properties such as their anomalous transport properties have been attributed to the existence of the pseudogap. [START_REF]Physical properties of quasicrystals[END_REF] High quality quasicrystalline surfaces have been prepared and their electronic structure and morphology have been studied in detail. [32][33][34][35][36] This has stimulated interest in the formation of quasiperiodic metallic films, using the quasicrystalline surface as a template. Templated quasiperiodic overlayers have been achieved so far only for a few metal overlayers (Sb, Bi, Cu, Pb, Sn) [37][38][39][40][41][42][43][44] as well as molecular layers. [45][46][47] However, studies of metal/QC's heteroepitaxial system have revealed other interesting phenomena like heterogeneous nucleation of adatoms at specific quasilattice trap sites and the formation of nano-crystalline domains oriented along specific directions of the QC substrate. [48][49][50][51][52][53] QC's offer much more structural and chemical complexity than elemental metals and could lead to the formation of exotic nanostructures in metal/QC systems. For example, the combination of heterogeneous nucleation and QSE at QC surfaces may result in the formation of nano islands quasiperiodically distributed on the surface and having specific heights. First indications for QSE in metal/QC systems came from STM studies of Bi and Ag thin films grown on icosahedral (i)-Al-Cu-Fe and i-Al-Pd-Mn QC's respectively. 12 The formation of islands of specific heights was achieved in both cases. A similar height selection mechanism was observed during the growth of Bi on i-Al-Pd-Mn, i-Al-Cu-Fe and decagonal d-Al-Ni-Co by STM. 13 The confinement of sp electrons within the film was first ascribed to the pseudogap in the partial sp DOS of the QC substrate. 12 Evidence for QWS in metal/QC systems was reported later by Moras et al. in an angle resolved photoemission spectroscopy (ARPES) study of Ag overlayers on i-Al-Pd-Mn and d-Al-Ni-Co QC's. In both systems, the formation of Ag s,p-QWS for 7 and 14 monolayer (ML) thick Ag film could be clearly observed. 20 Because the total densities of states near E F of these two QC substrates are different, it was argued that the pseudogap is not the confining barrier in these systems. Instead, it has been proposed that incompatible point group symmetries of crystalline Ag film and quasicrystalline substrates is the origin of the confinement. 20 The growth of Ag thin films on various QC's and specially on the i-Al-Pd-Mn has been studied in detail using STM and low energy electron diffraction (LEED). 48,49,54 At room temperature and below 1 ML, flux independent nucleation of Ag adatoms on i-Al-Pd-Mn surface indicated heterogeneous nucleation due to the capture of adatoms at specific trap sites. Islands were mainly of mono-atomic height. At 1 ML coverage (θ ), Ag films exhibited very rough three-dimensional (3D) island (up to 4-5 atoms high) growth. The large roughness of the film was related to the easy uphill motion of Ag atoms and was ascribed to thermodynamic effects (low surface energy of substrate) rather than kinetic limitations. For 1<θ <10 ML, Ag islands grow laterally up to 30-40 nm. However, the film roughness remained approximately the same. Above 10 ML, pyramid-like nanocrystals with hexagonal flat tops develop. Film roughness also increases from about 1 nm at 10 ML up to 5 nm at 100 ML. The film consisted in five rotational domains of Ag(111) nanocrystals as evidenced by LEED patterns, thus reflecting the 5-fold rotational symmetry of the i-Al-Pd-Mn substrate. 48,49 The nucleation and growth of Ag islands on the same surface was also investigated as a function of deposition temperature and flux, for θ <1 ML. 54 It was shown that films are rather smooth when deposited at or below 200 K, but become rough at 300 K or above. This indicates that the uphill migration necessary for the formation of 4-5 layer islands gets activated between 200 and 300 K. 54 It was also shown that Ag island density on i-Al-Pd-Mn surface is independent of deposition temperature up to 300 K, but decreases abruptly above 300 K, for a typical flux. This indicates that traps are saturated at and below 300 K, but are unsaturated at 345 K.

The i-Al-Cu-Fe and i-Al-Pd-Mn are isostructural quasicrystalline phases. 55,56 Their surfaces perpendicular to the 5-fold axis are almost identical down to atomic scale, although their chemical compositions are of course different. 57 Similar to other icosahedral QC's, i-Al-Cu-Fe also exhibits a pseudogap around E F . 30,31,58,59 Here we report on the influence of the deposition temperature on the growth and morphology of Ag thin films on the 5-fold surface of i-Al-Cu-Fe as well as their electronic structure using STM, LEED, and ultraviolet photoemission spectroscopy (UPS). For the highest deposition temperature investigated in this work (400 K), we observe the formation of 3D Ag islands with specific height and the appearance of QWS in the valence band. The evolution of the QWS is studied over a wide range of Ag coverages, up to 42 ML. Possible origins of the QSE in this metal/QC system is discussed in the light of density of states calculations performed on a 2/1 approximant of the isostructural i-Al-Pd-Mn phases.

Experimental method and Computational details

A single grain of the i-Al-Cu-Fe QC phase with bulk composition Al 63 Cu 24 Fe 13 has been grown at the Ames Laboratory and a sample has been extracted presenting a surface oriented perpendicularly to a 5-fold axis. The surface was mechanically polished using diamond paste down to 0.25 µm. Experiments have been conducted in a UHV multi-chamber system consisting of an analysis chamber (photoemission), a preparation chamber (sample cleaning and LEED) and an STM chamber. All the chambers are interconnected through a common transfer chamber. The base pressures were < 5×10 -11 in all chambers. STM experiments were performed using an Omicron variable temperature microscope. UPS experiments were carried out using an Omicron EA 125 electron energy analyzer and He I radiation (hν= 21.2 eV). The resolution of the UPS is about 90 meV at measurement temperature (300 K). A clean surface was obtained by repeated cycles of Ar + sputtering (1.5 keV, 30 minutes) and annealing (2 hours) up to 900 K. Surface cleanliness was checked by recording the O KLL Auger signal. This surface preparation method produces step-terrace surface morphology, with a chemical composition of the near-surface region close to the bulk composition. [60][61][62] The structural quality of the i-Al-Cu-Fe surface was checked by STM and such surface produced a sharp 5-fold LEED pattern. Ag was evaporated using a well-degassed e-beam evaporator (EFM 3, Omicron) in the STM chamber and the pressure was kept <3×10 -10 mbar during deposition. Coverages were estimated from STM images at submonolayer coverages.

As the Ag islands grow 3D on this surface, these images were thresholded to determine which fractional area of the surface covered by 1 layer high islands, 2 layers high islands, etc. . . in order to determine the total coverage. STM images have been recorded at deposition temperature and STM data were processed using WsXM image processing software. 64 The ground state properties of the 2/1 AlPdMn approximant are calculated by Density Functional Theory (DFT), using the plane wave Vienna ab initio simulation package (VASP). [65][66][67][68] The interaction between the valence electrons and the ionic core is described using the projectoraugmented wave (PAW) method 69,70 within the generalized gradient approximation (GGA-PBE), 71,72 considering the valences for the atoms to be 3s 2 3p 1 (Al), 5s 1 4d 9 (Pd), 3p 6 4s 1 3d 6 (Mn). Total ener-gies are minimized until the energy differences become less than 10 -5 eV between two electronic cycles during the structural optimization. Atomic structures are relaxed till the Hellmann-Feynman forces are as low as 0.02 eV/Å. Total energy calculations were performed using a 400 eV cut-off energy (Ecut) and a 5x5x5 k-points within the Brillouin zone.

Results and Discussion

We have investigated the growth morphology of Ag thin films on the i-Al-Cu-Fe surface at different coverages and deposition temperatures (57, 300 and 400 K). STM images show that the Ag film grows according to a Vollmer-Weber growth type where it reduces interfacial area by forming 3D islands. This is observed at all temperatures. For a coverage of about 1 ML, height histograms of STM images show that Ag islands are either 1, 2 or, 3 ML in height at all the deposition temperatures (Fig. 1). Island density continuously decreases with increasing deposition temperature. This observation is in agreement with the previous report of dependence of island density with deposition temperature in Ag/i-Al-Pd-Mn and it has been related to the unsaturated trap sites for deposition temperature ≥ 300 K. 54 This happens due to the dissociation of islands at trap sites at high temperatures before reaching their critical size. 54 The root-mean-square roughness deduced from STM images at 1 ML coverage increases with the deposition temperature and takes values similar to those reported for Ag/i-Al-Pd-Mn. 73 Height histograms show that 3 ML high islands are more frequent after deposition at 400 K compared to 57 K, indicating that easy uphill motion of Ag adatoms is facilitated at higher temperatures. 48,49 For 1 ML Ag/i-Al-Pd-Mn at 365 K, it has been found that specific height (4-5 ML) flat-topped islands are preferred compared to other heights (1, 2, and 3 ML). It was suggested that uphill diffusion barrier as well as barrier associated with potential well formed by the trap sites can be overcome at deposition temperature ≥365 K. 12 For 1 ML Ag/i-Al-Cu-Fe at 400 K, we have also observed that the island tops are much flatter than for islands formed at lower temperature deposition (Fig. 2a). Due to the observation of flat-topped islands and earlier report of QSE in Ag/i-Al-Pd-Mn 12 at 365 K deposition temperature, we focused our attention on the higher coverages of Ag on i-Al-Cu-Fe deposited at 400 K rather than lower deposition temperatures. With increasing Ag coverage, lateral size and height of flat-topped islands increased. For θ ≥5 ML, we found that there are some particular island heights more frequently observed than others. Figure 2 the most preferred or "magic" height islands. The occurrence of "magic" height reveals a special stability associated with islands of specific thickness. As discussed in the introduction, formation of "magic" height islands has been observed in similar systems like Bi/i-Al-Cu-Fe and Ag/i-Al-Pd-Mn 12,13 and for metal thin film growth on metallic and semiconductor substrates, all interpreted in terms of QSE. 10,14,[16][17][18][19] QSE can lead to the formation of QWS and consequently modify the electronic structure of films. QWS energy position depends on the film thickness and it can affect the electronic contribution to the total energy of the film. 4,[8][9][10]17,18 Therefore, islands or films of a specific thickness can have enhanced stability over other thicknesses due to QSE. It has been shown that the most stable islands or films are those for which QWS are placed far away from the Fermi energy. 4,[8][9][10]17,18 Other thicknesses for which QWS lie near E F will have enhanced DOS at E F and will be less stable due to the increase in electronic energy.

Crystalline order and orientation of deposited film can be monitored by LEED. Figure 3(a) shows a LEED pattern of the clean surface exhibiting 5-fold symmetry. Figures 3 (b) and(c) show LEED patterns after dosing 7 ML Ag/i-Al-Cu-Fe at 300 and 400 K respectively. Both patterns exhibit a ring centered at the surface normal and it converges towards the specular (00) spot when the primary electron beam energy is increased. Closer inspection reveals that the ring contains 30 spots which is more evident for the film deposited at 400 K. It indicates that crystalline order is better for films grown at 400 K compared to 300 K. Similar LEED patterns have been obtained earlier for thick layers of Ag on i-Al-Pd-Mn and such patterns have been related to the five different in-plane orientations of fcc Ag(111) nanocrystals with their [111] axis parallel to the one of 5-fold axis of the i-Al-Pd-Mn substrate. 20,49 Therefore, the LEED patterns for thick coverages indicate that Ag grows as 5-fold twinned (111)-oriented nanocrystals, similar to the case of Ag/i-Al-Pd-Mn. QSE effects in thin metal films are generally manifested in form of QWS as observed by photoemission spectroscopy. 22,23 Information on the electronic structure of the substrate is necessary to understand the origin and energy positions of QWS. In Figure 4(a), we show the UPS valence band (VB) spectrum of the clean i-Al-Cu-Fe substrate. Two peaks are visible in the spectrum.

The peak at 1 eV binding energy (BE) is due to the Fe 3d like band and the peak at 4.2 eV is related to the Cu 3d like band. 30,31,58,59 The VB spectrum exhibits the rounding of E F due to the reduction of the DOS towards E F and it is usually interpreted as the signature of the pseudogap close to E F . 63 Our VB spectrum is in good agreement with earlier published spectra of the clean i-Al-Cu-Fe. 31,58,59 similar to previously reported spectra for Ag(111) thick films [74][75][76][77][78] and for bulk Ag(111) clean surface. [79][80][81] From the comparison of these earlier reports, intense and sharp feature just below the E F is assigned to the Ag(111)-derived Shockley type surface state (SS) confined in the L gap.

Near E F spectra (Fig. 4(c)) highlights the BE variation (indicated by ticks and dashed line) of SS at lower coverages of Ag. It has been shown earlier that the BE of Ag(111) related SS changes with the film thickness due to the finite decay length of SS wave function. 75,77,80,82,83 Decay length of SS depends on the electronic structure of the substrate and it ranges from 6 to 12 ML. 75,77,80,82,83 Above its decay length, the BE of Ag(111) SS remains nearly the same as its bulk value decay length. 75,83 Comparison of SS BE position in our case with earlier reports indicates that decay length of SS in Ag/i-Al-Cu-Fe is between 10 to 14 ML. Intense SS (Fig. 4(b)) above 7 ML shows the good crystallinity and orientation of Ag islands.

Figure 4(b) also shows the evolution of additional fine structures (indicated by thin and thick arrows and ticks) at higher BE side of SS with increasing Ag coverage. These features are not observed in Ag(111) single crystal. 81 The BE of these spectral features shifts towards lower BE and energy interval decreases between them with increasing film thickness. Ag(111) film growth on various substrates has shown similar spectral features in VB spectra and these have been interpreted as the Ag sp QWS. [18][19][20]22,23,84 Therefore, features observed in the VB spectra of Ag/i-Al-Cu-Fe between 0.35 and 1.2 eV are the QWS due to the confinement of Ag sp electrons in the potential well along the normal to the film formed by vacuum/Ag and Ag/i-Al-Cu-Fe interfaces. The first QWS is observed at 1.16 eV for 5 ML film and its BE decreases continuously with increasing film thickness and reaches 0.35 eV for 35 ML coverage as indicated by thin arrows in Fig. 4(b). The second QWS is observed at 14 ML (indicated by ticks) and the third QWS (indicated by thick arrows) appears at 28 ML. The BE of QWS shifts towards lower values at higher coverage due to the increase of the width of the confining potential well. 22,23 Λ 6 sp band of Ag(111) exhibits the gap at 0.3 eV at the L edge and therefore all the QWS are trapped at this band edge and can never cross the E F . 22,23 This is nicely exhibited by our VB spectra (Fig. 4(b)) as the highest occupied QWS is situated at 0.35 eV for 35 ML.

Figure 5 shows the VB UPS spectra of 7 ML Ag/i-Al-Cu-Fe deposited at 300 and 400 K substrate temperatures. Comparison of the two spectra clearly shows that the QWS (indicated by tick) and Ag(111)-derived SS are quite broad and weak for 300 K deposition. Sharper SS at 400 K suggests that the crystallinity of the film deposited at 400 K is better than the film deposited at 300 K, in agreement with the LEED observation (Fig. 3). The broadening of QWS observed for 300 K deposition suggests that the height distribution of islands is probably larger compared to that of the film grown at 400 K. According to the previously discussed STM data, the film thickness is not completely homogeneous even after depositing the film at 400 K, but the height distribution is sufficiently narrow such that QWS emerge in the photoemission spectra. An attempt to form the film at low temperature (57K) followed by room temperature annealing as suggested by Moras et al. 20 did not allow to improve the thickness homogeneity of the film in our case.

The origin of the confining barrier at the metal/QC interface has been interpreted based on two different scenarios. 12,20 It was first suggested that the pseudogap in the QC DOS near E F could provide the confining barrier for Ag and Bi sp electrons at Ag/i-Al-Pd-Mn and Bi/i-Al-Cu-Fe interfaces. 12 Later, Moras et al. argued that the pseudogap can not act as the confining barrier as it is typically narrow (on the order of 0.5 eV) and Ag sp QWS are observed well above this gap (up to 1.16 eV in our case for Ag/i-Al-Cu-Fe and up to ≈ 2.4 eV for Ag/d-Al-Ni-Co) . 20 As mentioned previously, the formation of QWS requires an energy gap in the substrate electronic structure and it may not be strictly a true bandgap. Mismatch in the symmetry character of overlayer and substrate electrons can create such a gap as it has been shown for systems like Ag/Fe(100), Ni(111), and V(100). 22,[84][85][86][87] For example, it has been reported that the sp symmetry of the V(100) substrate DOS near E F acts as an efficient confining barrier for d-electrons of Ag overlayer. 87 Also sp as well as d-QWS have been observed in Ag/Ni(111). 84,86 Projection of the VB states of Ni(111) at the surface Brillouin zone shows that Ni bands of d-symmetry dominate the energy range between the Fermi energy and 2.6 eV BE and for higher BE -up to 9 eV -only sp symmetry electronic states exist. 84 Ag sp QWS in Ag/Ni(111) have been observed between ≈ 0.8 to 3.5 eV BE. 84 Ag sp QWS are confined at Ag/Ni(111) interface in the projected band gap (2.6-4.8 eV) and above this gap sp QWS are localized due to the presence of only d-symmetry electronic states in Ni(111). 84,86 It has been shown that the s-d hybridization gap in Fe(100) defined by the d-band width acts as the confining barrier for Ag sp QWS in Ag/Fe(100). 22,85 According to the above literature, electron confinement of Ag sp states on i-Al-Cu-Fe could occur in principle if a gap exists in the partial sp DOS of the substrate. We have seen that the photoemission spectra of i-Al-Cu-Fe are dominated by Fe related d-states in the energy region where QWS are observed (between E F and ≈2 eV, see Fig. 4(a)) but it is not possible to conclude about the absence of sp states in the valence band from such experiment, as the spectral weight of sp states is much lower than that of d states due to photoionization cross-section differences.

Therefore we have performed electronic structure calculations to shed light on the QC electron density in the vicinity of E F . The calculations are performed for approximant structures, i.e. periodic crystals having a local structure and a chemical composition that are very similar to those of the quasicrystal. As well accepted structural models for approximants of the i-Al-Cu-Fe phase are lacking, calculations were performed for the isostructural i-Al-Pd-Mn system for which a so-called 2/1 approximant has been constructed using the cut-and-projection technique in the sixdimensional hyperspace according to the Katz-Gratias-Boudard model [88][89][90] . The 2/1 approximant consists of 544 atoms in a cubic cell (396 Al atoms, 100 Pd atoms, 48 Mn atoms) with the lattice constant a = 20.31 Å and the P2 1 3 space-group symmetry. The calculated partial DOS are shown in Fig. 6. The pseudogap in the total DOS is clearly visible and is about 0.13 eV wide and is centered at -0.5 eV above the Fermi level. The DOS in the region of interest between E F and ≈2 eV is clearly dominated by Mn d states hybridized with Al sp states. The Pd states have a negligible contribution in this energy range. Previous works have shown that the electronic structure in the Al-Cu-Fe and Al-Pd-Mn share similar features. 31 Therefore, it is expected that both Al sp and Fe d Figure 6: Calculated total and partial DOS for the 2/1 Al-Pd-Mn approximant. Occupied states are referred to negative energies with respect to the Fermi level in this graph.

states will also contribute to the substrate DOS in a similar proportion in that energy range. Therefore the confinement of Ag sp QWS at the overlayer/quasicrystal interface is probably not due to the pseudogap in the total or even partial substrate DOS. Instead, as proposed by Moras et al., 20 it is more likely due to the lack of common point group symmetries between the metal and substrate wave functions. This conclusion is also in line with the observation that QWS appear in the photoemission spectra only if the degree of crystallinity of the Ag film is high enough, here facilitated by high temperature deposition conditions as shown by the LEED patterns. Indeed, the argument of incompatible point group symmetry can only hold if the Ag film is indeed fcc. This may not be true at very low coverage, as the structure of at least the first Ag layer may certainly be influenced by the substrate surface, as evidenced by the report of pseudomorphic islands in Ag/i-Al-Pd-Mn at 365 K for example. 91 It is likely that the structure of the Ag film evolves progressively with increasing coverage and only recovers a well ordered fcc structure after a few ML. This would be in agreement with the fact that the first QWS are observed for 5 ML. It follows that QSE should be a general phenomenon in metal thin films on QC substrates.

Conclusions

In conclusion, we have studied the growth and electronic structure of Ag thin films deposited at various temperature on the 5-fold surface of the icosahedral (i)-Al-Cu-Fe quasicrystal using scanning tunneling microscopy (STM), low energy electron diffraction (LEED), and ultra-violet photoemission spectroscopy (UPS). Upon deposition at 400 K, Ag islands grow with a more uniform thickness and form crystallites with a better defined long-range fcc order compared to low deposition temperature. LEED patterns reveal five rotational domains of Ag crystallites with (111) orientation for coverages larger than ∼ 7 monolayers. Quantum well states (QWS) are observed in the photoemission spectra of Ag/i-Al-Cu-Fe ranging from 5 to 35 monolayers, indicating electron confinement within the film thickness and thus confirming electronic growth of Ag thin films on quasicrystalline surfaces. Electronic structure calculations have been performed to discuss the possible origins of the confinement at the film-substrate interface and points toward the argument of incompatible point group symmetry between the crystalline thin film and the quasicrystalline substrate as the confinement barrier rather than a pseudogap induced confinement. It follows that QSE should be a general phenomenon in metal thin films on quasicrystalline substrates.

Figure 1 :

 1 Figure 1: (a,b) STM images (80×80 nm 2 ) of the i-Al-Cu-Fe surface after dosing 1 ML Ag at 57 K and 400 K respectively and (c, d) corresponding height histograms. The root mean square roughness (RMS) values are also indicated for each temperature.

  (b) shows a STM image of 7 ML Ag dosed on 5-fold surface of i-Al-Cu-Fe at 400 K and heights of the Ag islands are indicated in Å. It is evident from Fig. 2(b) that the height of most islands is 19 Å. The Ag islands are of irregular shape with smooth tops. The average lateral size of the islands is about 50 nm. We have calculated the areas of islands of different heights from many (> 20) STM images of various sizes. Figure 2(c) shows the area covered by islands

Figure 2 :

 2 Figure 2: (a) STM image (400×400 nm 2 ) of Ag/i-Al-Cu-Fe after dosing 1 ML Ag at 400 K showing islands up to 3 ML in height. (b) STM image (300×300 nm 2 ) of Ag/i-Al-Cu-Fe after dosing 7 ML Ag at 400 K. Island heights are indicated. Tunneling conditions are -2.4 V and 0.3 nA. (c) Distribution of island heights (percentage of area covered by a given height) for 7 ML Ag on i-Al-Cu-Fe dosed at 400 K.

Figure 3 :

 3 Figure 3: (a) LEED pattern of the clean surface at 60 eV primary beam energy, (b) after dosing 7 ML at 300 K and (c) after dosing 7 ML at 400 K. Incidence electron beam energy is 133 eV for both (b) and (c).

Figure 4 (

 4 b) shows the normal emission UPS VB spectra as a function of Ag film thickness deposited on the i-Al-Cu-Fe surface at 400 K. For θ ≥ 3 ML, a peak appears near to E F . Its intensity increases and energy position shifts towards E F with increasing Ag coverage and finally settles just below E F for θ ≥ 14 ML. The VB spectrum of 42 ML thick Ag film is almost

Figure 4 :

 4 Figure 4: (a) UPS valence band spectrum of clean i-Al-Cu-Fe, (b) UPS valence band spectra for the Ag films of varying thickness on i-Al-Cu-Fe surface deposited at 400 K. Coverages are indicated in units of monolayers at the right hand side. Peak positions of first quantum well state are indicated by thin arrows, second quantum well state by ticks and of third quantum well state by thick arrows. (c) Near Fermi edge region of a few spectra shown in Fig. 1(b). All the UPS spectra have been collected in the normal emission geometry at the room temperature. Occupied states are referred to positive energies with respect to the Fermi level in these graphs.

Figure 5 :

 5 Figure 5: Normal emission UPS valence band spectra of 7 ML Ag film deposited on i-Al-Cu-Fe at 300 and 400 K. Spectra were collected at room temperature. Position of the quantum well state is indicated by tick.
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